Ultrafast probes of coherent oscillations in Fe-based superconductors

K. W. Kim*

Department of Physics, Chungbuk National University, Cheongju, Korea

(Received 8 March 2017; revised or reviewed 20 March 2017; accepted 21 March 2017)

Abstract

Forefront ultrafast experimental techniques have recently proven their potential as new approaches to understand materials based on non-equilibrium dynamics in the time domain. The time domain approach is useful especially in disentangling complicated coupling among charge, spin and lattice degrees of freedom. Various ultrafast experiments on Fe-based superconductors have observed strong coherent oscillations of an $A_{1g}$ phonon mode of arsenic ions, which shows strong coupling to the electronic and magnetic states. This paper reviews the recent reports of ultrafast studies on Fe-based superconductor with a focus on the coherent oscillations. Experimental results with ultrashort light sources from the terahertz-infrared pulses to the hard X-rays from a free electron laser will be presented.

Keywords: Fe-based superconductors, coherent oscillations, ultrafast dynamics

1. INTRODUCTION

Recent development of ultrafast laser technology has enabled various probing tools to explore dynamics in a femtosecond time scale. Ultrafast pump-probe experiments reveal various couplings in the time domain that govern the nonequilibrium dynamics [1-4]. One of the most famous topics that researchers apply any newly developed method to investigate is the long-lasting mystery of the high temperature superconductivity (HTSC).

The Fe-based superconductors show complicated phase diagrams of structural and magnetic phase transitions together with nematic fluctuations of yet unknown origin in the vicinity of the superconducting dome [5, 6]. Therefore, understanding of couplings among those instabilities is essential to unveil the mechanism of HTSC. Various ultrafast techniques have revealed coherent lattice vibrations that strongly modulate the properties of Fe-based superconductors [1, 2, 7-12]. Although the electron-phonon coupling (EPC) on its own fails to account for the large gap and the high superconducting transition temperature, it is still considered as one of the important ingredients for the paring possibly in conjunction with the magnetic interaction [13-16]. In this paper, I will give a short review on recent reports on the coupling of phonon to other degrees of freedom based on coherent lattice vibrations of Fe-based superconductors.

2. PUMP AND PROBE EXPERIMENTS

The ultrafast dynamics in the non-equilibrium state is investigated by a pump and probe method. Various ultrashort light sources from the terahertz (THz) pulses to hard X-rays are available both for the pump and the probe. Figure 1(a) shows the scheme of pump-probe experiments. The sample of interest is excited by pump pulses. If the probe pulse arrives the sample surface earlier than the pump pulse, then the equilibrium property is probed. After the pump excitation, the recovery dynamics back to the equilibrium state is recorded by probe pulses at various time delay $t_D$.

The optical excitation by the pump pulses deliver huge excess energy to the electronic system of the sample. The excited charge carriers dissipate the energy via various scattering processes. The energy relaxation dynamics usually involves the electronic state at the Fermi level. Therefore, the dynamics depends sensitively on the ground state of the material. It makes the pump-probe experiments powerful for the investigation of coupling among charge, spin and lattice degrees of freedom.

In addition to the electronic excitation, the optical pumping can also give rise to coherent lattice vibrations.
The generation of coherent phonons suggests that the phonon mode is coupled to the electronic state involved in the pump excitation. More interesting is that the generated phonons are all in-phase over the excited volume because the excitation is triggered by coherent ultrashort pulses. Such a uniform lattice deformation due to coherent vibrations could modify the electronic structure although it is transient. Therefore, the coherent lattice vibrations provide a great opportunity to investigate the EPC and relevant phenomena.

3. NIR-OPTICAL PROBE

The most common and easily accessible ultrashort light source is the near infrared (NIR)-optical pulses directly available from an ultrafast Ti:Sapphire laser system. For the pump-probe experiments, the laser pulses are split into two branches of pump and probe, respectively. Although the mono-color NIR-optical pump-probe experiment does not provide any dispersion, its high signal to noise ratio is ideal to investigate small changes of the pump-induced signal.

Figure 1(b) shows the structure of BaFe$_2$As$_2$, one of the most studied Fe-based superconductors. The iron ions at the centers of tetrahedra of four arsenic ions form a two dimensional square lattice. In Fe-based superconductors, the electronic structure near the Fermi level is dominated by the Fe-d states strongly hybridized with the As-p states. It has been suggested that the lattice vibration of arsenic ion should be strongly coupled to the electronic state [17-19].

Figure 2 shows the photo-reflectivity of BaFe$_2$As$_2$ at room temperature. In addition to the decrease and relaxation of the overall electronic signal, strong regular oscillations are superimposed. The Fourier transform of the oscillatory signal is shown in the inset of Fig. 2. Its frequency agrees well with the A$_{1g}$ mode of arsenic ions along c-axis shown in Fig. 1(b). Although the strong pumping destroys the superconducting and magnetic orders of the Fe-based materials, the oscillation amplitude stays linear to the pump fluence $\Phi$ up to as high as several mJ/cm$^2$ [1, 7]. Assuming that the relaxation of the electronic signal is dominated by scattering to phonons, P. B. Allen derived the electron-phonon coupling constant $\lambda$ of arsenic ions from the relaxation time [20]. Considering the 5.5 THz A$_{1g}$ mode, electron-phonon coupling constant of 0.1-0.2 has been suggested from various pump-probe measurements [7, 10, 21]. Although the A$_{1g}$ mode strongly modulate the electronic structure, the obtained coupling constant cannot account for the high transition temperature of the Fe-based materials by the conventional BCS theory.

4. THz-IR PROBE

While NIR-optical experiments provide different dynamics depending on various order parameters of the material, direct evidence of the order parameter itself is missing in the mono-color transient. The time domain spectroscopy (TDS) can provide complex optical constants over the spectral window. Therefore, the TDS with broadband THz-infrared (IR) pulses is very powerful to resonantly probe dynamics of various order parameters with distinct low energy spectral features such as an infrared phonon and energy gaps of superconductivity or density waves [1, 4]. Broadband TDS spectra have confirmed that the ultrafast dynamics of cuprates and Fe-based materials at low temperatures indeed correspond to the transient response of superconducting and spin density wave energy gaps [1, 4].

Figure 3 shows the dynamics of the spin density waves (SDW) in BaFe$_2$As$_2$ measured at a lattice temperature $T_L = 10$ K. As shown in Fig. 3(a), the SDW order is accompanied by a spectral redistribution around 80 meV due to the SDW gap. Figure 3(b) clearly proves that the NIR pump pulses destroy the order transiently, which...
The overall spectral change does not show the SDW order. Therefore, the phonon oscillations of arsenic ions have been observed in many experiments. Although the experimental results could be understood in a qualitative manner, detailed mechanism was lacking without the information of the exact motion of the arsenic ions. Research efforts with both the FEL and synchrotron radiations have finally succeeded in monitoring the lattice dynamics from the ultrafast modulations of Bragg diffraction peaks [2, 12, 22].

Figure 5(a) shows that the Bragg peak intensity from the (118) plane of the tetragonal symmetry is modulated at the frequency of the A₁₈g mode. The peak intensity modulations occur due to the change of the scattering form factor depending on the position of the arsenic ions. Therefore, the measurements provide us the transient position of the arsenic ions. Figure 5(b) shows the variation of the Fe-As-Fe bond angle α from the intensity modulation. It shows that the arsenic ions move away from the iron square lattice upon pumping. The FEL measurements suggest that the modulation of the angle α could be as large as about 1 degree under high fluence pumping. It is worth to note that the estimated displacement of arsenic ions based on the NIR-optical probe is comparable to the measured results by the FEL [1, 2]. Band structure calculations show that the decrease of α results in strong shift of hole bands at Γ and X/Y points. These shifts of bands modify the nesting character strongly such that another nesting between two xy bands at Y and M points gets strongly enhanced, which could give rise to a transient SDW order.

The magnetic order is strongly coupled to the structural phase transition in the equilibrium state. However, the ultrafast destruction of the magnetic order at low temperature or the transient SDW order in the normal state do not involve the structural phase transition [2, 12, 22]. The transient SDW state in the tetragonal state suggests that the orthorhombic structure is not the necessary condition for the magnetic order. Likewise, the transient state without the magnetic order in the orthorhombic structure tells us that the normal state without the SDW order is compatible.
with the orthorhombic structure, although the structure prefer the magnetic order in the equilibrium state. The pump-induced structural transition occurs only under an extremely high fluence and only after the excess energy in the electronic system is transferred to the phonon system by a few tons of picosecond time scale [22]. That is, the structural phase transition is driven only by heating the lattice itself.

6. SUMMARY AND OUTLOOK

Various ultrafast experiments have shown that the coherent lattice vibrations strongly modulate the magnetic property of Fe-based materials. The generation of the transient SDW order depending on the displacement of the arsenic ions clearly demonstrates the strong coupling of the magnetic state and the lattice degree of freedom. The time and angle resolved photoemission and femtosecond X-ray diffraction experiments together with band calculations suggest that the transient SDW order could be explained by an enhanced nesting instability in the modified band structure by the lattice vibrations. However, it has to be noted that the transient SDW order was observed under much weaker fluence than the condition that the band calculation expects enhancement of the new type of nesting instability. Various transient states reveal a variety of combinations of the magnetic states and lattice structures. More details for the exciting transient phenomena and the link to the high temperature superconductivity is yet to be understood.

ACKNOWLEDGMENT

This work was supported by the research grant of the Chungbuk National University in 2012 and by the Basic Science Research Program through the National Research Foundation of Korea (NRF) funded by the Ministry of Science, ICT and Future Planning (NRF-2015R1A2A1A10056200).

REFERENCES

[1] K. W. Kim, et al., “Ultrafast transient generation of spin density wave order in the normal state of BaFe$_2$As$_2$ driven by coherent lattice vibrations,” Nat. Mater., vol. 11, pp. 497-501, 2012.
[2] S. Gerber, et al., “Direct characterization of photoinduced lattice dynamics in BaFe$_2$As$_2$,” Nat. Commun., vol. 6, p. 7377, 2015.
[3] D. Fausti, et al., “Light-induced superconductivity in a stripe-ordered cuprate,” Science, vol. 331, pp. 189-191, 2011.
[4] A. Pashkin, et al., “Femtosecond response of quasiparticles and phonons in superconducting YBa$_2$Cu$_3$O$_{6.8}$ studied by wideband terahertz spectroscopy,” Phys. Rev. Lett., vol. 105, p. 067001, 2010.
[5] S. Nandi, et al., “Anomalous suppression of the orthorhombic lattice distortion in superconducting BaFe$_1.5$Co$_{0.5}$As$_2$ single crystals,” Phys. Rev. Lett., vol. 104, p. 057006, 2010.
[6] A. Drew, et al., “Coeexistence of static magnetism and superconductivity in SmFeAsO$_{1.6}$F$_x$, as revealed by muon spin rotation,” Nat. Mater., vol. 8, pp. 310-314, 2009.
[7] B. Mansart, et al., “Observation of a coherent optical phonon in the iron pnictide superconductor BaFe$_1.5$Co$_{0.5}$As$_2$ (x=0.06 and 0.08),” Phys. Rev. B, vol. 80, p. 172504, 2009.
[8] B. Mansart, et al., “Ultrafast transient response and electron-phonon coupling in the iron-pnictide superconductor BaFe$_1.5$Co$_{0.5}$As$_2$,” Phys. Rev. B, vol. 82, p. 024513, 2010.
[9] Hiroshi Takahashi, et al., “Coherent optical phonons in the iron oxyynitride SmFeAsO$_1.5$F$_x$ (x=0.075),” J. Phys. Soc. Jap., vol. 80, p. 013707, 2011.
[10] T. Mertelj, et al., “Quasiparticle relaxation dynamics in spin-density-wave and superconducting SmFeAsO$_{1.5}$F$_x$ single crystals,” Phys. Rev. B, vol. 81, p. 224504, 2010.
[11] L. X. Yang, et al., “Ultrafast modulation of the chemical potential in BaFe$_2$As$_2$ by coherent phonons,” Phys. Rev. Lett., vol. 112, p. 207001, 2014.
[12] L. Retig, et al., “Ultrafast Structural Dynamics of the Fe-Pnictide Parent Compound BaFe$_2$As$_2$,” Phys. Rev. Lett., vol. 114, p. 067402, 2015.
[13] A. S. Mishchenko, et al., “Charge dynamics of doped holes in high Tc cuprate superconductors: A clue from optical conductivity,” Phys. Rev. Lett., vol. 100, p. 166401, 2008.
[14] Yunkyu Bang, “Pairing mechanism of heavily electron doped FeSe systems: dynamical tuning of the pairing cutoff energy,” New J. Phys., vol. 18, p. 113054, 2016.
[15] J. J. Lee, et al., “Interfacial mode coupling as the origin of the enhancement of Tc in FeSe films on SrTiO3,” Nature, vol. 515, pp. 245-248, 2014.
[16] A. Aperis, P. Kotetes, G. Varellogiannis, and P. M. Oppeneer, “Small-q phonon-mediated unconventional superconductivity in the iron pnictides,” Phys. Rev. B, vol. 83, p. 092505, 2011.
[17] F. Yndurain, “Coulomb dynamics of lattices with phonons and electron-phonon interaction in LaFeAsO$_{1.6}$F$_x$,” Europhys. Lett., vol. 94, p. 37001, 2011.
[18] T. Yildirim, “Frustrated magnetic interactions, giant magnetotelluric elastic coupling, and magnetic phonons in iron-pnictides,” Physica C, vol. 469, pp. 425-441, 2009.
[19] N. A. García-Martínez, et al., “Coupling of the As $\text{As}_x$ phonon to magnetism in iron pnictides,” Phys. Rev. B, vol. 88, p. 165106, 2013.
[20] P. B. Allen, “Theory of thermal relaxation of electrons in metals,” Phys. Rev. Lett., vol. 59, pp. 1460-1463, 1987.
[21] L. Retig, et al., “Electron-phonon coupling in 122 Fe pnictides analyzed by femtosecond time-resolved photoemission,” New J. Phys., vol. 15, p. 083023, 2013.
[22] L. Retig, et al., “Ultrafast structural dynamics of the orthorhombic distortion in the Fe-pnictide parent compound BaFe$_2$As$_2$,” Struct. Dyn., vol. 3, p.023611, 2016.